The Effects of Cooling Applications on Tool Life, Surface Quality, Cutting Forces and Cutting Zone Temperature in Turning of Ni-Based Inconel 625

Selçuk YAĞMUR (mailto:syaqmur@gmail.com)
Gazi Universitesi  https://orcid.org/0000-0001-7036-297X

Research Article

Keywords: Inconel 625, tool wear, surface roughness, cutting forces, temperature, grey relations analysis

Posted Date: March 22nd, 2021

DOI: https://doi.org/10.21203/rs.3.rs-298800/v1

License: ©  This work is licensed under a Creative Commons Attribution 4.0 International License.  Read Full License
Abstract

Nickel-based super alloys are used in many fields, especially in the aviation and aerospace industries, due to their high temperature resistance. Besides these advantages, there are some machining difficulties. Some cooling methods are used to minimize the machining difficulties of these materials. For this purpose, in this study, tool life, tool wear (Vb), surface roughness (Ra), cutting forces (Fc) and cutting zone temperature (T) were investigated in turning Inconel 625 super alloys under different cooling conditions. Experiments were carried out under three different cutting conditions (Dry, minimum quantity lubrication (MQL) and Vortex cooling methods). Three feed rates (0.08, 0.1 and 0.12 mm/rev) and three cutting speeds 60, 80, 100 m/min) were used. Tool wear tests were carried out at average cutting speed and feed rate (80 m/min and 0.1 mm/rev). After the experiments, it was concluded that the cooling application affects positively in terms of tool life, cutting zone temperature and surface roughness.

1. Introduction

Super alloys are generally used in situations where high mechanical properties and strength must be maintained at operating temperatures. Therefore, super alloys are frequently used in gas generator turbine engine components and aviation engines in the industry [1]. Besides these advantages, there are some difficulties in machining of super alloys. High thermal stress, hardness and build-up of edge (BUE) are some of these difficulties. These reasons lead to the completion of the tool life in a very short time. Using coolant is a method to prolong tool life. However, environmental factors have led to reduced usege of conventional coolants. With the restriction of the use of conventional coolants, the use of cooling methods such as MQL and vortex has increased. Basically, MQL is based on spraying the minimum amount of oil at high pressure into the cutting zone. In this way, the oil penetrates the cutting zone and improves machining efficiency [2]. Therefore, such as MQL, many researchers have included the effects of cooling methods on machinability in their researches. Sankaya et al. investigated the effects of cooling methods in their study. In the study, Haynes 25 super alloy was used. They concluded that MQL cooling method gives better results compared to traditional cooling methods in terms of tool wear [3]. Chetan at et al. compared the effect of cryogenic cooling and Al₂O₃ nanoparticle based MQL cooling method in the machining of a nickel-based alloy. In general, they concluded that the cryogenic cooling method is the best method for machining Nimonic 90 alloy [4]. Sterle et al. investigated the effect of single channel liquid CO₂ and MQL transmission on the surface quality in the milling of Inconel 718. The usage of non-lubricated LCO₂ during machining has been found to be as the closest method to dry machining when high surface cleaning is desired after machining [5]. Paturi et al. investigated the effect of MQL on surface roughness in turning of Inconel 718. After the study, they determined that using solid lubricant-assisted MQL improved the surface quality approximately 35% [6]. Qin at al. investigated the effects of minimum quantity lubrication on tool life and surface quality in turning of titanium alloys. They concluded that the usage of MQL has a positive effect on tool life. [7].

In addition to these studies, some processes are applied to extend the tool life and to control the high temperature that occurs in machining. Su et al. used MQL with different oils for machining AISI 1050 medium carbon steel. They concluded that the usage of MQL reduced cutting force and temperature compared to dry cutting. [8]. In addition to the experimental studies, optimization and modelling studies were also found in the literature. Sankaya et al. used Taguchi-based grey relational analysis in the machining of Haynes 25. They have been developed mathematical models. They used these mathematical models to formulate the cutting parameters. [9]. Sankaya and Güllü have modeled machining parameters in CNC turning under MQL cutting condition with Taguchi optimization. They
achieved good results after processing with MQL at 120 mL/hr flow rate and 200 m/min cutting speed. [10] Çakır et al. examined the surface quality of AA7075 and AA2024 alloys with MQL cooling technique and performed ANOVA analysis. After the experiments, they found that the increased flow rate decreased the surface roughness values and had a positive effect on the surface quality [11]. With the developing technology, the concept of nano cutting fluids and eco-friendly machining became more concerned in literature. Sarkar has made a study on the convective heat transfer correlations of nanofluids. [12] Sohel et al. were experimentally investigated the heat transfer enhancement of a mini channel heat sink by using Al$_2$O$_3$-H$_2$O nanofluid [13]. Xia et al. examined the properties of convective heat transfer in microchannel heat sinks by using Al$_2$O$_3$ and TiO$_2$ nanofluids. They reached, indicated that the thermal conductivity and dynamic viscosity of nanofluids increased by increasing the volume fraction and TiO$_2$ nanofluids have a better behaviour on thermal conductivity [14]. Gong et al. investigated the effect of graphene nanofluid-based MQL on in turning of Inconel 718. They stated that the surface quality increased with increasing graphene rate [15]. Singh et al. investigated the Eco-Friendly processing of Inconel 625 under NMQL. At the end of the study, they concluded that using NMQL affected the tool life positively [16]. Gupta et al. investigated the effects of using nanoparticle-assisted MQL in titanium alloy turning. They indicated that the experimental observations and the model made a good agreement. The adaptive neuro-fuzzy inference system (ANFIS) outperformed the response surface methodology (RSM) [17]. One of the most important factors in machining of super alloys is the cutting tool. The high cost of cutting tools led the workers to achieve the optimum tool life with the right cutting parameters. Khatri and Jahan investigated tool wear mechanisms in machining of Ti-6Al-4V under flood coolant, dry and MQL conditions. They have reached that the abrasion wear is the dominant type of wear in all three methods [18]. Chetan et al. researched tool wear experimentally in turning of Nimonic 90 and Ti6Al4V super alloys under dry and MQL conditions. They concluded that MQL was better in terms of tool wear. [19]. Dhananchezian and Rajkumar, performed a comparative study of the abrasion and roughness quality during machining of Hastelloy C-276 and Nimonic 90 with carbide inserts. They concluded that, the wear rate of PVD-TiAlN coated cutting inserts was higher while turning Nimonic 90 alloy over Hastelloy C-276 after a cutting length of 50 mm and 100 mm, but after about 200 mm machining length the tool wear was high in case of Hastelloy C-276 [20]. Khalil et al. investigated the effects of cutting speed, feed rate and depth of cutting on tool wear and cutting force in turning of Nickel Titanium Shape Memory Alloy ASTM F2063. NMQL was used in the study. They concluded that the addition of Al$_2$O$_3$ nanoparticles to the base oil improved its lubricating properties and therefore it created a protective layer on the surface of the workpiece, resulting in low wear. [21]. Alagan et al. examined the effect of high pressure cooling on wear mechanisms and machining conditions in turning of Inconel 718. They have seen that with a reduction in cutting speed, adhesion and tool wear were common wear mechanisms, however, no cracks and cutting edge deterioration [22]. The control of occurred temperature during cutting is important, especially for tool life. For this reason, the previous studies aimed to find the best cutting parameters by measuring the cutting temperatures occurring during processing. [23]. Dhar et al. investigated the influence of MQL on cutting zone temperature, dimensional accuracy and chip formation in machining AISI-1040 steel. After the experiments, they determined the chip–tool interaction and chip formation gives better result under MQL condition [24].

Although the studies done with minimum quantity lubrication are quite much, on the contrary, the method of cooling with compressed air is not very common. [25, 26]. The aim of this study is to investigate, the effects of MQL and vortex on tool life, surface quality, cutting force and cutting zone temperature in turning of Ni-based Inconel 625 by taking the dry cutting conditions as reference.

2. Material And Experimental Procedure
Three different cutting conditions (Dry, MQL and Vortex) were used in the experiments. SKF LubriLeanBasic model is used for MQL. LubriOil oil, a suitable cutting oil, was used for machining Inconel as a coolant. The MQL system has a pressure of 3 bars and a flow rate of 0.9 ml/min per minute. Vortex tubes; it consists of a main tube into which high pressure air enters tangentially, which is divided into two low pressure temperature streams, hot and cold [25]. The working principle of the vortex tube is given in Fig. 1. Cooling was made using 6 bar pressure in the vortex system. The MQL nozzles are fixed at 8 mm from the insert and the vortex nozzle is fixed at 10 mm from the insert. Experimental set-up is shown in Fig. 2.

Cutting parameters and cooling conditions were chosen from the values specified by the tool manufacturer. Preliminary experiments and literature research have also been effective in determining these values. Cutting depth was determined as 0.1 mm in all experiments. Three different cutting speeds (60, 80 and 100 m/min) and three different feed rates (0.08, 0.1 and 0.12 mm/rev) were used in the experiments. A nickel-based superalloy, Inconel 625 workpiece material was used in experiments. The hardness of Inconel 625 is 388 HB. The dimensions of the test materials are &42 x 350 mm. Chemical properties of Inconel 625 are given in Table 1.

| Material  | Ni  | Cr  | Fe  | Mo  | Nb+TA | C  | Mn  | Si  | Ti  | Al  | Co  |
|-----------|-----|-----|-----|-----|-------|----|-----|-----|-----|-----|-----|
| Inconel 625 | 58  | 23  | 5   | 10  | 4.15  | 0.1| 0.5 | 0.5 | 0.4 | 0.4 | 1   |

Experiments were carried out on the Johnford TC 35 CNC lathe. Technical properties of CNC Lathe Machine are given in Table 2. CNMG 120408MP and multi-layered CVD coating comprised of TiN-MT-TiCN- Al₂O₃-TiN coating cemented carbide insert (produced by Kennametal) were used in machinability tests.

| Technical Properties          | Unit values |
|-------------------------------|-------------|
| X axis                        | 250 mm      |
| Z axis                        | 600 mm      |
| Power                         | 10 kW       |
| Speed                         | 4000 rpm    |
| Hydraulic chuck diameter      | 250 mm      |
| Precision                     | 0.001 mm    |

Kistler 9257 B type dynamometer with the capacity to measure three shear force components (Fc, Ff and Fr) and Kistler Type 5070 amplifier were used in the experiments. The cutting forces measured by dynamometer were converted into numerical values by using the DynoWare program software.

The surface roughness values were measured by using Mahr Perhometer surface roughness device at a travel length of 5.6 mm. The workpiece was rotated in the machining direction to measure from three different points and the average of these three values was taken. The technical specifications of Mahr Perhometer M1 device which can be seen in Table 3.
Table 3  
Technical properties of Mahr Perthometer M1 device

| Model                        | Mahr Perthometer M1 |
|------------------------------|---------------------|
| Measuring principle         | Stylus method       |
| Traversing speed (mm/sec)   | 0.5                 |
| Measuring ranges            | 100–150             |
| Filter                       | Gaussian            |
| Traversing lengths (mm)     | 1.75-5.6-17.5       |
| No. of sampling lengths     | Selectable from 1 to 5 |

The cutting temperature occurring during the experiments was measured with RAYTEK MI3 brand infrared Measurement Device. The Temperature Measuring Device, which focused on the starting point of the chip, measured during the cutting time. Measuring range of the device is between 250°C-1400°C.

Tool wear and material adhesion on cutting tools are visualized by using AM413ZT Polarized Digital Microscope with/at a 50X magnification (value). Maximum flank wear ($V_B$) was determined as 0.2 mm. After the experiments, SEM images of the cutting tools were taken (JEOL - JSM − 6060 LV). The material composition on the cutting tool was analyzed by Energy Dispersive X-ray spectroscopy (EDX).

Grey Relational Analysis (GRA)

In this study, Taguchi based GRA was used to determine optimum cutting parameters in terms of cutting force, cutting zone temperature and average surface roughness values that occurred in turning of Inconel 625 superalloy. In recent years, GRA has become one of the most preferred methods for multi-parameter/multiple parameter optimization [27–30].

Results And Discussion

Tool Wear

In this study, when the maximum flank wear reached 0.2 mm, it is assumed that the cutting tool had completed its life. Tool life experiments were carried out at 80 m/min cutting speed and 0.1 mm/rev feed rate. Figure 3 shows the change in tool life depending on the machining parameters and cooling conditions. In Fig. 3, the longest tool life was obtained with MQL in experiments, while the shortest tool life value obtained from dry cutting condition. It is attributed that lubrication forms a thin layer and therefore positively affects tool life. The similar results can be found in the literature [8, 31–34].

One of the most important factors for tool life is the temperature that occurs during cutting. Increased cutting temperature may cause the tool to wears faster and thus completes its life faster. The film layer formed with MQL and the decrease of the cutting temperature provided the best result in terms of tool life. Compressed air cooling also caused the cutting zone temperature to decrease. As a result, the second best tool life after MQL was obtained in experiments using with vortex.

In this study, all tools were cut four times for 1.5 minutes (6 minutes in total) with a cutting speed of 80 m/min and a feed rate of 0.1 mm/rev Tool wear according to machining time in different cutting conditions are given in Fig. 4.
In Fig. 4, initially the wear values are very close to each other, besides the best result obtained in dry condition at 1.5 minute machining time. However, with the prolonged cutting time, obvious differences have started to occur on tool wear. Increased cutting temperatures along with increasing cutting time caused the tool to wear more in dry condition. In the experiments carried out under MQL and Vortex conditions, cutting temperatures were lower than the dry cutting condition. The minimum quantity lubrication method covers the tool-chip interface with a thin oil film, reducing friction and preventing heat build-up.

To prevent or minimize tool wear, the mechanisms that caused wear needed to be analyzed. In this study, SEM images of cutting tools were taken after the experiments and EDX analyzes were performed. SEM images of cutting tools and EDX analysis results are given in Figs. 5–7.

One of the factors affecting tool wear is Built up edge (BUE) formation. According to EDX analyzes, it is seen that alloying elements such as Ni and Cr in the composition of the workpiece material are densely encountered. BUE formation was often seen in the processing of difficult-to-cut materials such as nickel and cobalt-based superalloys. It is seen in the Figs. 5–7 where BUE formation was observed on flank side of the tool in dry condition. However, BUE formation was observed on rake in Vortex. EDX analyzes of these zones also support this situation.

Evaluation of cutting zone temperature

During machining, keeping the temperature under control has a great importance. Uncontrollable temperature plays a crucial role especially in terms of tool life. In addition to that, it significantly affects the surface quality and surface integrity. In this part of the work the effects of cutting parameters and cutting conditions on cutting zone temperature were investigated. In Fig. 8, it is seen that the highest cutting zone temperature values are reached under dry cutting condition. It is possible to say that the lowest cutting zone temperature value occurred in experiments using MQL. MQL reduces friction at the tool chip interface and also reduces cutting zone temperature values. It has been observed that the temperature values obtained with vortex are close to MQL and lower than dry conditions. It is possible to say that these results are similar to the previous studies in literature. Ji et al. compared cooling conditions (dry, MQL and flood cooling methods) and concluded that minimum quantity lubrication results lower temperature values than dry conditions [34–36]. In general, it is possible to mention that the cutting zone temperature decreases with increasing chip removal during machining. However, with the increasing feed rates and cutting speeds, the temperature values decreased contrarily to the expectation. A large amount of the heat that occurs during machining is removed by chip. This rate can reach up to 80% under ideal conditions. But in some cases it may decrease up to 50%. It is thought that the ideal rate here occurs at 0.12 mm/rev. and 100 m/min. In all cutting conditions, this has been the case. The highest cutting temperature occurred in dry condition at 60 m/min cutting speed and 0.08 mm/rev feed rate. The lowest cutting temperature occurred in experiments with MQL at 100 m/min cutting speed and 0.12 mm/rev feed rate.

Evaluation of surface roughness

In Fig. 9, it can be seen that the surface quality improves with increasing cutting speed. This is the case for all three cutting conditions. The best surface quality occurred in experiments with MQL, followed by vortex. Improvement in surface roughness was expected with lubrication and cooling. It is possible to say that lubrication was more effective than other conditions. The lubricant that penetrates the tool chip interface facilitates the cutting and positively affects the surface quality [37]. In addition, lower temperatures and forces in MQL and vortex compared to dry condition affected the surface quality positively. Another reason for this improvement is that the chips can be removed more easily than dry condition. The chip that cannot be removed during cutting affects the surface quality
negatively. In all three cutting conditions, the lowest surface roughness value was reached at 100 m/min cutting speed and 0.08 mm/rev feed rate. Even though the lowest surface roughness value was obtained in this parameter in all three cutting conditions, there was a 30% difference between MQL and dry, and a 29% difference between Vortex and dry.

**Evaluation of cutting forces**

In Fig. 10, it is seen that increasing cutting speeds decrease the cutting forces. It is a known situation that the temperature in the cutting zone increases with increasing cutting speeds and therefore the cutting process becomes easier. In the section where the cutting zone temperature was evaluated, it was seen that the temperature decreased with increasing cutting speeds. But here the decrease in cutting temperature has been attributed to the higher temperature removed by the chip. The increase in cutting forces with increasing feed rates can be attributed to the increase in the amount of chip removed per unit time. As with all other outputs, the best result in terms of cutting forces was obtained in experiments with MQL. It forms a film layer with the lubricating effect of MQL. As a result, decrease in cutting forces is a situation encountered in the literature \[38–39\]. The lowest cutting force was obtained in the experiments using MQL at 100 m/min cutting speed and 0.08 mm/rev feed rate. Then, it was carried out in experiments using Vortex at 100 m/min cutting speed and 0.08 mm/rev feed rate. The highest cutting force occurred in dry condition at 60 m/min cutting speed and 0.12 mm/rev feed rate.

**Multiple Optimization**

In the second phase of this study, the cooling conditions and cutting parameters were optimized according to the results of T, Fc and Ra in turning of Inconel 625 superalloy. In studies based on experimental design and analysis, especially in different cooling conditions and cutting parameters, each result is very effective and important to a certain extent, so all results are optimized at the same time (Table 4).

For this reason, Taguchi based grey relational analysis methodology was used to improve and optimize the parameters affecting the results. In the present study, the "smaller is better" approach was applied to minimize T, Fc and Ra simultaneously in the multiple response optimization process. First, the experimental results were normalized and the S/N values of the multiple response were obtained \[27–30\]. The values obtained as a result of the experiments and calculations are given in Table 4. In this table, the high GRG value indicates the optimum level with the strong relationship between the experimental results and the normalized values. Also, the response table for the GRG is given in Table 5. The maximum value corresponding to each parameter in this table indicates the optimum level. From now on, the optimal parameter level can be determined using Fig. 11 and/or the response Table 5. Accordingly, the best machining parameters were determined as 100 m/min cutting speed and 0.08 mm/rev feed rate in MQL cooling.
| Exp no | Experiment results | Normalized values | Coefficients |
|--------|--------------------|-------------------|--------------|
|        | Fc | T | Ra  | Fc | T | Ra  | Fc | T | Ra | GRG | S/N | Order |
| 1      | 351 | 491 | 1.064 | 0.537 | 0.000 | 0.891 | 0.519 | 0.333 | 0.821 | 1.674 | -4.47639 | 15 |
| 2      | 397 | 458 | 1.453 | 0.224 | 0.185 | 0.803 | 0.392 | 0.380 | 0.718 | 1.490 | -3.46442 | 21 |
| 3      | 430 | 360 | 4.383 | 0.000 | 0.736 | 0.141 | 0.333 | 0.654 | 0.368 | 1.356 | -2.64314 | 24 |
| 4      | 321 | 472 | 0.756 | 0.741 | 0.107 | 0.961 | 0.659 | 0.359 | 0.928 | 1.946 | -5.78246 | 10 |
| 5      | 360 | 438 | 0.844 | 0.476 | 0.298 | 0.941 | 0.488 | 0.416 | 0.895 | 1.799 | -5.10098 | 14 |
| 6      | 411 | 361 | 0.921 | 0.129 | 0.730 | 0.924 | 0.365 | 0.650 | 0.868 | 1.882 | -5.49323 | 12 |
| 7      | 295 | 462 | 0.763 | 0.918 | 0.163 | 0.959 | 0.860 | 0.374 | 0.925 | 2.159 | -6.68345 | 7 |
| 8      | 350 | 377 | 0.796 | 0.544 | 0.640 | 0.952 | 0.523 | 0.582 | 0.912 | 2.017 | -6.09461 | 8 |
| 9      | 402 | 351 | 0.980 | 0.190 | 0.787 | 0.910 | 0.382 | 0.701 | 0.848 | 1.931 | -5.71357 | 11 |
| 10     | 324 | 478 | 0.634 | 0.721 | 0.073 | 0.989 | 0.642 | 0.350 | 0.978 | 1.970 | -5.88961 | 9 |
| 11     | 354 | 405 | 0.928 | 0.517 | 0.483 | 0.922 | 0.509 | 0.492 | 0.865 | 1.866 | -5.41663 | 13 |
| 12     | 395 | 391 | 1.432 | 0.238 | 0.562 | 0.808 | 0.396 | 0.533 | 0.723 | 1.652 | -4.35948 | 16 |
| 13     | 313 | 416 | 4.580 | 0.796 | 0.421 | 0.097 | 0.710 | 0.464 | 0.356 | 1.530 | -3.69363 | 20 |
| 14     | 345 | 377 | 4.650 | 0.578 | 0.640 | 0.081 | 0.542 | 0.582 | 0.352 | 1.476 | -3.38443 | 22 |
| 15     | 371 | 340 | 5.007 | 0.401 | 0.848 | 0.000 | 0.455 | 0.767 | 0.333 | 1.556 | -3.83842 | 18 |
| 16     | 283 | 392 | 0.584 | 1.000 | 0.556 | 1.000 | 1.000 | 0.530 | 1.000 | 2.530 | -8.06159 | 1 |
| 17     | 328 | 356 | 0.656 | 0.694 | 0.758 | 0.984 | 0.620 | 0.674 | 0.968 | 2.263 | -7.09249 | 5 |
| 18     | 371 | 313 | 0.690 | 0.401 | 1.000 | 0.976 | 0.455 | 1.000 | 0.954 | 2.409 | -7.63809 | 2 |
| 19     | 340 | 482 | 3.788 | 0.612 | 0.051 | 0.276 | 0.563 | 0.345 | 0.408 | 1.317 | -2.38879 | 25 |
| 20     | 380 | 411 | 4.245 | 0.340 | 0.449 | 0.172 | 0.431 | 0.476 | 0.377 | 1.284 | -2.16888 | 27 |
| 21     | 413 | 375 | 4.737 | 0.116 | 0.652 | 0.061 | 0.361 | 0.589 | 0.347 | 1.298 | -2.26599 | 26 |
| 22     | 315 | 425 | 3.444 | 0.782 | 0.371 | 0.353 | 0.697 | 0.443 | 0.436 | 1.576 | -3.94860 | 17 |
| 23     | 350 | 407 | 4.229 | 0.544 | 0.472 | 0.176 | 0.523 | 0.486 | 0.378 | 1.387 | -2.84215 | 23 |
| 24     | 400 | 338 | 4.309 | 0.204 | 0.860 | 0.158 | 0.386 | 0.781 | 0.373 | 1.539 | -3.74528 | 19 |
| 25     | 292 | 420 | 0.591 | 0.939 | 0.399 | 0.998 | 0.891 | 0.454 | 0.997 | 2.342 | -7.39113 | 3 |
| 26     | 324 | 356 | 0.688 | 0.721 | 0.758 | 0.976 | 0.642 | 0.674 | 0.955 | 2.271 | -7.12532 | 4 |
| 27     | 377 | 326 | 0.840 | 0.361 | 0.927 | 0.942 | 0.439 | 0.873 | 0.896 | 2.208 | -6.87849 | 6 |
Table 5
Response table for the GRG

| Parameters       | Level 1 | Level 2 | Level 3 | Delta |
|------------------|---------|---------|---------|-------|
| Cooling conditions | 1.806   | 1.917   | 1.691   | 0.226 |
| Cutting speed     | 1.545   | 1.632   | 2.237   | 0.691 |
| Feed rate         | 1.894   | 1.761   | 1.759   | 0.135 |
| Total average value of the GRG = 2.015 |

Verification of Optimization

The last step in Taguchi based grey relational analysis is the verification of the optimum parameter determined. Verification experiments were performed three times using the determined optimum parameters and the results are given in Table 6.

Table 6
Results of the confirmation test

| Initial parameters | Optimum parameters |
|--------------------|--------------------|
| Prediction | Experiment |
| Level | A1-B2-C2 | A2-B3-C1 | A2-B3-C1 |
| T (°C) | 416     | 396     |         |
| Fc (N)  | 350     | 292     |         |
| Ra (µm) | 0.8437  | 0.5837  |         |
| GRG     | 1.872   | 2.3971  | 2.396   |

The improvement in GRG = 0.524
The percentage improvement in GRG = 21.87%

When the results are evaluated, it is seen that the estimated results are better. It was found that there is a good correlation between the predicted GRG and the experimental results. The improvement in GRG from the initial parameters to the optimum parameters was 0.524 so 21.87%. The values obtained from the validation test showed that the GRG values were compatible with the confidence interval limits. As a result, Taguchi based grey relational analysis methodology for Fc, T and Ra has been successfully applied.

Conclusions

In this study, the effects of cooling conditions and cutting parameters on cutting zone temperature, surface roughness, cutting forces and tool wear in turning Nickel-based Inconel 625 material were investigated and the results are summarized below.

- It was observed that the least tool wear was obtained in the experiments with MQL.
- The longest tool life occurred at MQL, while the shortest tool life occurred in tests conducted under dry conditions.
- It has been determined that MQL application gives the best result in terms of cutting zone temperature.
The lowest cutting force value (283 N) was obtained with MQL, followed by vortex (292 N) and dry cutting condition (295), respectively.

While the lowest average Ra value obtained with MQL was 0.584 µm, the lowest Ra value was obtained as 0.591 µm in vortex condition and 0.763 µm in dry condition. Under all cutting conditions, the lowest average Ra value occurred at 100 m / min cutting speed and 0.08 mm / rev feed rate.

The multiresponse optimization for the machinability characteristics namely cutting temperature, cutting force and surface roughness has been performed by applying the GRA procedures. Consequently, the optimal parameter for minimizing the machinability characteristics was obtained as MQL cooling, 100 m/min cutting speed and 0.08 mm/rev feed rate.

**Declarations**

**Funding:** This study was not supported by any person or organization.

**Conflicts of interest/Competing interests:** There is no potential conflict of interest in this study.

**Availability of data and material:** The author confirm that data supporting the findings of this study are available in the article.

**Code availability:** No software application or custom code used

**Ethics approval:** Not applicable

**Consent to participate:** Not applicable

**Consent for publication:** Not applicable

**References**

1. Gustafsson D (2012) High temperature fatigue crack propagation behavior of Inconel 718. Dissertation, Linköping University.

2. Yıldırım C V, Sankaya M, (2011) The effect of addition of hBN nanoparticles to nanouid MQL on tool wear patterns, tool life, roughness and temperature in turning of Ni-based Inconel 625. Tribology International 134:443-456. https://doi.org/10.1016/j.triboint.2019.02.027

3. Sankaya M, Yılmaz V, Güllü A (2016) Analysis of cutting parameters and cooling/lubrication methods for sustainable machining in turning of Haynes 25 superalloy. Journal of Cleaner Production 133:172-181. https://doi.org/10.1016/j.jclepro.2016.05.122

4. Chetan, Ghosh S, Rao PV (2019) Comparison between sustainable cryogenic techniques and nano-MQL cooling mode in turning of nickel-based alloy. Journal of Cleaner Production 231:1036-1049. https://doi.org/10.1016/j.jclepro.2019.05.196

5. Sterle L, Mallipeddi D, Krajnik P, Pusavec F (2020) The influence of single-channel liquid CO2 and MQL delivery on surface integrity in machining of Inconel 718. Procedia CIRP 87:164-469. https://doi.org/10.1016/j.procir.2020.02.032

6. Paturi UMR, Maddu YR, Maruri RR, Narala SKR (2016) Measurement and Analysis of Surface Roughness in WS2 Solid Lubricant Assisted Minimum Quantity Lubrication (MQL) Turning of Inconel 718. Procedia CIRP
7. Qin S, Li Z, Guo G, An Q, Chen M, Ming W (2016) Analysis of minimum quantity lubrication (MQL) for different coating tools during turning of TC11 titanium alloy. Materials (Basel) 9(10):1-13. doi: 10.3390/ma9100804.

8. Su Y, Gong L, Li B, Liu Z, Chen D (2015) Performance evaluation of nanofluid MQL with vegetable-based oil and ester oil as base fluids in turning. The International Journal of Advanced Manufacturing Technology 83:2083-2089. https://doi.org/10.1007/s00170-015-7730-x

9. Sankaya M, Güllü A (2015) Multi-response optimization of minimum quantity lubrication parameters using Taguchi-based grey relational analysis in turning of difficult-to-cut alloy Haynes 25. Journal of Cleaner Production 91:347-357. https://doi.org/10.1016/j.jclepro.2014.12.020

10. Sankaya M, Güllü A (2014) Taguchi design and response surface methodology based analysis of machining parameters in CNC turning under MQL. Journal of Cleaner Production 65:604-616. https://doi.org/10.1016/j.jclepro.2013.08.040

11. Çakır A, Yağmur S, Kavak N, Küçüktürk G, Şeker U (2016). The effect of minimum quantity lubrication under different parameters in the turning of AA7075 and AA2024 aluminium alloys. The International Journal of Advanced Manufacturing Technology 84:2515-2521. https://doi.org/10.1007/s00170-015-7878-4

12. Sarkar J (2011) A critical review on convective heat transfer correlations of nanofluids. Renewable and Sustainable Energy Reviews 15:3271-3277. https://doi.org/10.1016/j.rser.2011.04.025

13. Sohel MR, Khaleduzzaman SS, Saidur R, Hepbasli A, Sabri MFM, Mahbubul IM (2014) An experimental investigation of heat transfer enhancement of a minichannel heat sink using Al2O3–H2O nanofluid. International Journal of Heat and Mass Transfer 74:164-172. https://doi.org/10.1016/j.ijheatmasstransfer.2014.03.010

14. Xia GD, Liu R, Wang J, Du M (2016) The characteristics of convective heat transfer in microchannel heat sinks using Al2O3 and TiO2 nanofluids. International Communications in Heat and Mass Transfer 76:256-264. https://doi.org/10.1016/j.icheatmasstransfer.2016.05.034

15. Gong L, Bertolini R, Ghiotti A, He N, Bruschi S (2020) Sustainable turning of Inconel 718 nickel alloy using MQL strategy based on graphene nanofluids. The International Journal of Advanced Manufacturing Technology 108:3159-3174. https://doi.org/10.1007/s00170-020-05826-x

16. Singh T, Dureja JS, Dogra M, Bhatti MS (2018) Environment friendly machining of inconel 625 under nano-fluid minimum quantity lubrication (NMQL). International Journal of Precision Engineering and Manufacturing 19:1689-1697. https://doi.org/10.1007/s12541-018-0196-7

17. Gupta MK, Mia M, Pruncu CI, Khan AM, Rahman MA, Jamil M, Sharma VS (2020) Modeling and performance evaluation of Al2O3, MoS2 and graphite nanoparticle-assisted MQL in turning titanium alloy: an intelligent approach. Journal of the Brazilian Society of Mechanical Sciences and Engineering 42:1-21. https://doi.org/10.1007/s40430-020-2256-z

18. Khatri A, Jahan MP (2018) Investigating tool wear mechanisms in machining of Ti-6Al-4V in flood coolant, dry and MQL conditions. Procedia Manufacturing 26:434-445. https://doi.org/10.1016/j.promfg.2018.07.051

19. Chetan, Behera BC, Ghosh S, Rao PV (2016) Wear behavior of PVD TiN coated carbide inserts during machining of Nimonic 90 and Ti6Al4V superalloys under dry and MQL conditions. Ceramics International 42:14873-14885. https://doi.org/10.1016/j.ceramint.2016.06.124

20. Dhananchezian M, Rajkumar K (2020) Comparative study of cutting insert wear and roughness parameter (Ra) while turning Nimonic 90 and Hastelloy C-276 by coated carbide inserts. Materials Today: Proceedings
21. Khalil ANM, Azmi AI, Murad MN, Ali MAM (2018) The effect of cutting parameters on cutting force and tool wear in machining Nickel Titanium Shape Memory Alloy ASTM F2063 under Minimum Quantity Nanolubricant. Procedia CIRP 77:227-230. https://doi.org/10.1016/j.procir.2018.09.002

22. Alagan NT, Hoier P, Zeman P, Klement U, Beno T, Wretland A (2019) Effects of high-pressure cooling in the flank and rake faces of WC tool on the tool wear mechanism and process conditions in turning of alloy 718. Wear 434-435: 1-12. https://doi.org/10.1016/j.wear.2019.05.037

23. Joshi KK, Ranjan J, Anurag (2018) Effect of minimum quantity lubrication with Al2O3 Nanouid on Surface Roughness and its prediction using hybrid fuzzy controller in turning operation of Inconel 600. Materials Today: Proceedings 5:20660-20668. https://doi.org/10.1016/j.matpr.2018.06.449

24. Dhar NR, Islam MW, Islam S, Mithu MAH (2006) The influence of minimum quantity of lubrication (MQL) on cutting temperature, chip and dimensional accuracy in turning AISI-1040 steel. Journal of Materials Processing Technology 171:93-99. https://doi.org/10.1016/j.jmatprotec.2005.06.047

25. Gürkan D, Yaşar SA, Uzun G, Korkut İ (2020) Investigation of the vortex cooling method to machining method and cutting parameters. GU J Sci, Part C 8(3):730-745. https://doi.org/10.29109/gujsc.727746

26. Nelge B, Devade K, Pise AT, Kale VN (2014) Thermal and Metallographic Investigation for H13A and AISI1050 using Vortex Tube Jet Assisted (VTJA) Machining. 5th International & 26th All India Manufacturing Technology, Design and Research Conference (AIMTDR. 1-7.

27. Kalyon A, Günay M, Özyürek D (2018) Application of grey relational analysis based on Taguchi method for optimizing machining parameters in hard turning of high chrome cast iron. Advances in Manufacturing, 6(4): 419-429. https://doi.org/10.1007/s40436-018-0231-z

28. Çakıroğlu R, Günay M (2020) Comprehensive analysis of material removal rate, tool wear and surface roughness in electrical discharge turning of L2 tool steel. Journal of Materials Research and Technology 9(4):7305-7317 https://doi.org/10.1016/j.jmrt.2020.04.060

29. Uzun, G. (2019). Analysis of grey relational method of the effects on machinability performance on austempered vermicular graphite cast irons. Measurement 142:122-130. https://doi.org/10.1016/j.measurement.2019.04.059

30. Mavi A (2020) Evaluation of cutting parameters by determination of the grey correlation analysis methods of the effects on the cutting force and surface roughness of duplex stainless steels (2205. Tehnicki Vjesnik-Technical Gazette 27:270-275. https://doi.org/10.17559/TV-20181220075328

31. Talib N, Sasahara H, Rahim EA (2017) Evaluation of modified jatropha-based oil with hexagonal boron nitride particle as a biolubricant in orthogonal cutting process. The International Journal of Advanced Manufacturing Technology 92:371-391. https://doi.org/10.1007/s00170-017-0148-x

32. Sharma AK, Singh RK, Dixit AR, Tiwari AK (2016) Characterization and experimental investigation of Al2O3 nanoparticle based cutting fluid in turning of AISI 1040 steel under minimum quantity lubrication (MQL). Materials Today: Proceedings 6:1899-1906. https://doi.org/10.1016/j.matpr.2016.04.090

33. Amrita M, Srikanth RR, Sitaramaraju AV (2014) Performance Evaluation of Nanographite-Based Cutting Fluid in Machining Process. Materials and Manufacturing Processes 29:600-605. https://doi.org/10.1080/10426914.2014.893060

34. Hegab H, Umer U, Deiab I, Kishawy H (2018) Performance evaluation of Ti–6Al–4V machining using nanocutting fluids under minimum quantity lubrication. The International Journal of Advanced Manufacturing
Technology 95:4229-4241. https://doi.org/10.1007/s00170-017-1527-z

35. Zhu Z, He B, Chen J (2020) Evaluation of tool temperature distribution in MQL drilling of aluminum 2024-T351. Journal of Manufacturing Processes 56:757-765. https://doi.org/10.1016/j.jmapro.2020.05.029

36. Özbek O, Saruhan H (2020) The effect of vibration and cutting zone temperature on surface roughness and tool wear in eco-friendly MQL turning of AISI D2. Journal of Materials Research and Technology 9: 2762-2772. https://doi.org/10.1016/j.jmrt.2020.01.010

37. Jamil M, Khan AM, Hegab H, Gong L, Mia M, Gupta MK, He N (2019) Effects of hybrid Al2O3-CNT nanofluids and cryogenic cooling on machining of Ti–6Al–4V. The International Journal of Advanced Manufacturing Technology 102: 3895-3909. https://doi.org/10.1007/s00170-019-03485-9

38. Gutnichenko O, Bushlya V, Bihagen S, Stahl JE (2018) Influence of GnP additive to vegetable oil on machining performance when MQL-assisted turning Alloy 718. Procedia Manufacturing 25:330-337. https://doi.org/10.1016/j.promfg.2018.06.091

39. Viswanathan R, Ramesh S, Subburam V (2018) Measurement and optimization of performance characteristics in turning of Mg alloy under dry and MQL conditions. Measurement 120:107-113. https://doi.org/10.1016/j.measurement.2018.02.018

Figures

Figure 1

Vortex tube air flow [25]
Figure 2

Experimental setup
Figure 3

Change of flank wear depending on cooling conditions.
Figure 4

The relationship between cutting time and flank wear.

Workpiece: Inconel 625
Tool: CNMG 120408MP
Cutting speed: 80 m/min
Feed rate: 0.1 mm/rev
Depth of cut: 1 mm
Figure 5

SEM images and EDX analysis for dry cutting condition
Figure 6

SEM images and EDX analysis for MQL cutting condition
Figure 7

SEM images and EDX analysis for vortex cutting condition
Figure 8

Change of cutting zone temperature depending on cooling conditions and cutting parameters, a) 0.08 mm/rev, b) 0.1 mm/rev c) 0.12 mm/rev
Figure 9

Change of surface roughness depending on cooling conditions and cutting parameters a) Dry b) MQL c) Vortex
Figure 10

Change of cutting forces depending on cooling conditions and cutting parameters, a) 0.08 mm/rev, b) 0.1 mm/rev, c) 0.12 mm/rev
Figure 11

S/N ratios graphics for the GRG